Source of material
The title compound was prepared according to the general procedure described by Tietze et al. [1] . Diethylester of squaric acid (3,4-diethoxy-3-cyclobutene-l,2-dione, 1.21 g, 7.1 mmol) was dissolved in 10 ml ethanol. 4-Amino-W,N-dimethylaniline (0.97 g, 7.1 mmol) was dissolved in 50 ml ethanol and added to the first solution at continuous stirring at room temperature. The reaction mixture was stirred for 6 hours. The obtained yellow precipitate was filtered off, dried in vacuo and recrystallized from ethanol (mp 413 Κ -415 Κ). Crystals were grown by slow evaporation from ethyl acetate.
Discussion
In the course of our investigations on organic nonlinear optical (NLO) materials we now determined the crystal structure of the title compound. The asymmetric unit of the crystal contains one formula unit C14H16N2O3. The molecule except the ethoxy group is nearly planar. ( 
